Source of material 0.238 g (1.000 mmol) CoCl 2 · 6H2O and 0.202 g (1.000 mmol) sebacic acid were subsequently added to an aqueous methanolic solution of 0.184 g (1.000 mmol) 1,2-bis(4-pyridyl)ethane (bpe) in 50 ml CH 3OH/H2O (1:1 v/v). The mixture was further stirred for ca. 30 min and then filtered out. Violet crystals were grown in the filtrate by slow evaporation at room temperature for several days.
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Discussion
The title compound consists of the 1,2-bis(4-pyridinium)ethane 
